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Transparent Armor Ceramics as Spacecraft Windows
Jonathan A. Salem*,†
NASA Glenn Research Center, Cleveland, OH 44135
The slow crack growth parameters of several transparent
armor ceramics were measured as part of a program to lighten
next generation spacecraft windows. Transparent magnesium
aluminate (spinel, MgAl2O4) and AlON exhibit superior slow
crack resistance relative to fused silica, which is the historical
material of choice. For spinel, slow crack growth, strength, and
fracture toughness are significantly influenced by the grain size,
and alumina-rich phases and porosity at the grain boundaries
lead to intergranular fracture in coarse grain spinel. Functions
describing the required mass for a desired window life imply
that transparent ceramics can lighten window panes from a
slow crack growth perspective.
I. Introduction
WINDOW materials in spacecraft such as the Space Shut-tle must meet many requirements such as maintaining
cabin pressure for the design life of the vehicle; sustaining
rapid high heating followed by rapid cooling (thermal
shock); tolerating damage from impacts at low, high, and
hyper- velocities; providing superior optical characteristics
for piloting, imagery, and science; and tolerating a variety of
earth and space environmental constituents.
As a result, implementation of a new material requires
substantial investigation. Only one material has been
researched and used extensively: fused silica. Fused silica has
performed well in the space shuttle orbiter and the interna-
tional space station (ISS) with no catastrophic failures. How-
ever, fused silica widows have been taken out of service due
to various forms of damage. Thus, the use of new materials
with superior characteristics could improve window lifetime
and possibly lighten the window systems.
Transparent armors and other recently developed materi-
als exhibit superior ballistic performance as compared to
glass 1 and thus are being investigated by NASA. Under con-
sideration at NASA are spinels, AlON, and various plastics
via the efforts of multiple centers. Optical, thermal, and
mechanical properties are being measured. The ultimate goal
of the program is to generate a database that can be used by
designers to develop windows for a variety of applications.
This article provides slow crack growth parameters and
fracture toughness of transparent ceramics; knowing these
properties is essential for the lifetime design of pressurized
windows. Although relatively mature test methods were
applied, some modifications of the test methods were devel-
oped. These modifications resulted in improved parameter
estimates and in some cases have been balloted into ASTM
(American Society for Testing and Materials) test methods.
In addition to generating material properties, an equation is
derived to estimate the required window pane mass in terms
of crack growth parameters and specified lifetime.
II. Test Materials
To date, transparent spinel (MgAl2O4) and aluminum-oxy-
nitride (AlON) have been tested by using specimens extracted
from both the surface and the center of several billets repre-
sentative of the size of spacecraft windows. As a point of ref-
erence, the same methods were used to test fused silica
extracted from a retired window of Shuttle Orbiter OV-103.
Work continues on the testing of spinels, AlON, and a
Russian-made fused silica being used in the ISS. The com-
mercially manufactured spinels exhibited different grain sizes
and are designated TA, AL, and CT, respectively. Data on
two other spinels are reported: The spinel tested at NASA
LaRC in the 1980s2 and that recently tested at Forschungs-
zentrum Ju¨lich. The absorption coefficients of the test materi-
als ranged from 0.4 to 1.6 cm1 at 5 lm.
III. Experimental Procedure
American Society for Testing and Materials Committee C28
has developed a variety of test standards for measuring the
properties of monolithic and composite ceramics such as sili-
con nitride and silicon carbide.3 These methods were gener-
ally successful for transparent ceramics and fused silica.
However, as with new or different material systems, some
modification in the test methods, as described in the follow-
ing sections, were necessary.
(1) Elastic Constants and Grain Size
Elastic constants were measured by using ASTM C1298 with
32 mm diameter circular disks,4,5 which allow rapid estima-
tion of Poisson’s ratio and Young’s modulus from a speci-
men that can also be used to determine strength and slow
crack growth parameters. Grain size was determined via
ASTM E112.6
(2) Fracture Toughness
Fracture toughness was performed with ASTM C1421,7,8
however, due to the coarse grain structure exhibited by the
spinels, the crack length in single-edged precracked beam
(SEPB) specimens could not be optically measured. Thus, the
crack lengths were estimated via the compliance as measured
with backface strain.9 Testing of fused silica was complicated
by formation of steps rather than a smooth plane, and a
slightly elevated fracture toughness resulted (KIpb = 0.77 vs
0.73 MPa√m in dry nitrogen). The elevated fracture tough-
ness resulted from pinning of the cracks at the steps, as
denoted by the arrows in Fig. 1. The cracks were also noted
to close so completely that they are difficult to be visually
detected.
The chevron notch (VB) was also used to test some of the
materials. One inference encountered in fracture toughness
testing with the VB was unstable crack extension, especially
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in dry nitrogen. This is the result of improved machining of
the notches, which results in less machining damage at the
notch root where the crack initiates. Stability was assured by
precracking specimens in humid air, as monitored by a strain
gauge on the back-face. The specimens were then tested as
usual in nitrogen. More aggressive machining of the notches
was also found to promote stability.
(3) Uniaxial Strength
Uniaxial strength of spinel (TA) was determined by machin-
ing ASTM C1161 B flexure specimens10 from the as-supplied,
polished billet surfaces. Both the polished and ground (inte-
rior) surfaces were tested in tension in water and dry nitro-
gen to determine the effects of position, finish, and
environment. Testing in dry nitrogen was conducted at
60 MPa/s while testing in water was conducted at 6 MPa/s
for comparison to biaxial strength tests conducted at the
same stress rates.
(4) Slow Crack Growth
For measurement of the slow crack growth parameters A
and n, the nominal procedures of ASTM C136811 were
applied. However, as optical materials tend to have low frac-
ture toughness (<2 MPa√m) and thus are sensitive to edge
finish, disks were used instead of beams. Disks are more akin
to window applications and provide more effective sampling
of the intrinsic material flaws and any surface damage as
compared to uniaxial beams because of the biaxial stress
state. The nominal test configuration is shown in Fig. 2.12,13
The 32 mm diameter, 1.75 mm thick disks were loaded with
25 and 12.5 mm rings at stress rates between 0.0001 and
10 MPa/s. Higher stress rates were generally avoided to
ensure development of a defined crack prior to failure and
domination by region I of the slow crack growth curve.14
Because scatter can make it difficult to estimate crack
growth parameters, an attempt was made to use indentation
to form consistent cracks on test specimens. Unfortunately,
indentation of the spinels and fused silica produced less
1 mm
Fig. 1. Fracture surface of a fused silica SEPB specimen. Arrows
indicate bowing of the crack front in line with indentations used to
start a precrack.
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Fig. 2. Test configuration for biaxial strength and slow crack
growth.
40% R.H.
Precracking Method
Fr
ac
tu
re
 S
tre
ng
th
, M
P
a
40
50
60
70
80
90
100
110
Spinel and Glass in Oil
ASTM C1161 Size "B" or C1499 Disk
~10 MPa/s
Glass
Spinel
1
Vicker's
9
Vicker's
400
Grit
1
Vicker's
Annealed
Vicker's
Fig. 3. Fracture strength of ground and indented spinel.
50 μm
(b)
(a)
Fig. 4. Indents formed with 0.5 kg in (a) soda-lime glass and
(b) spinel. Arrows denote a lateral crack.
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consistent cracks and fracture strengths than simple 400 grit
diamond grinding.
The lower scatter associated with grinding can be
explained by sampling of a distribution of flaws existing on a
material. Diamond grinding of an optical material produces
a multiplicity of cracks that are sampled with a single
strength test because the worst flaw present from the distri-
bution controls failure. Indentation produces a single crack
on each specimen, making each test a single sample from a
distribution. The measured scatter of single flaw tests is
increased because the whole distribution is sampled rather
than the extreme values. The measured scatter associated
with a multiplicity of flaws is reduced because an extreme
value is immediately sampled.
Increasing the number of indentations on a specimen can
mitigate scatter. The effect of increasing the number of
indentation flaws in a sample from one to nine as compared
to the many flaws produced by grinding can be seen in
Fig. 3. For spinel, the coefficient of variation (CV) is reduced
from 15% to 10% for nine indentations. Grinding reduces
the CV to 7%. Ideally the CV of strength should be <10%
so that propagation of errors can be used to estimate
Table I. Grain size, Elastic Constants, and Fracture Toughness of Transparent Ceramics
Material
Nominal Grain Size (lm)
Mean/Median Bulk Density (g/cm3) Young’s Modulus (GPa) Poisson’s Ratio
Average Fracture Toughness
(MPa√m)
65% RH Air Dry N2
Spinel (TA) 280/220 3.568 266 ± 3 0.26 1.40 ± 0.11 1.56 ± 0.08
Spinel (AL) 180/150 3.555 267 ± 2 0.27 1.48 ± 0.11 1.60 ± 0.17
Spinel (CT) 110 3.561 269 ± 0.4 0.27 1.66 ± 0.11 1.72 ± 0.25
Spinel (LaRC) 25 – – – 1.90 (H2O) 2.38
†
Spinel (Julich) 5 – 270 – 1.8 ± 0.1‡ –
AlON 245/225 3.668 314 ± 0.8 0.26 2.12 ± 0.04 2.18 ± 0.14
Fused Silica – 2.196 72 ± 0.2 0.18 0.72 ± 0.05 0.76 ± 0.03
†Notched beam, reference [2].
‡Indentation fracture, references [20,21].
The values following ± are one standard deviation.
100 μm
1 mm
4 mm
Fig. 6. Scanning electron fractograph of a spinel (TA) chevron-
notch specimen.
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40 μm
1 mm 1 mm
1 mm
Fig. 7. Fracture surfaces of transparent ceramic, SEPB specimens:
(a) spinel (TA), (b) spinel (CT), (c) spinel (LaRC), and (d) AlON.
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variances associated with parameters. For glass, a 3% coeffi-
cient of variation is attained immediately due to very repeat-
able indentation cracking, with indentation precracks giving
similar crack growth parameters to smaller grinding flaws,15
but with much less scatter. Spinel does not produce repeat-
able indentation cracks: incomplete lateral cracks that com-
pete with the median cracks are formed, as shown in Fig. 4,
and strength variation increases.
Although the coarse grain size of some of the materials
studied can interfere when using common test specimens, the
use of surface grinding and disks specimens ensures that
many grains and cleavage planes are given the opportunity
to induce failure. Interestingly, the chevron-notch fracture
toughness specimens, which only tested a few grains in the
coarse spinels, did not exhibit unusual scatter, implying little
complication of microstructural scale relative to test speci-
men dimensions.
IV. Results
(1) Elastic Constants and Grain Size
The elastic constants are summarized in Table I. Some depen-
dence of modulus and density was exhibited for spinel (TA).
AlON exhibited a very narrow range of density and modulus.
All test materials exhibited a very wide grain size distribu-
tion (~10 lm to ~1 mm), with the spinel (TA) occasionally
exhibiting grains larger than 1 mm. Spinel (CT) was gener-
ally finer with grains between 20 and 400 lm, and rarely
exhibited grains larger than 1 mm.
(2) Fracture Toughness
Table I demonstrates that fracture toughness is consistently
lower in water or high humidity air as compared to dry
nitrogen, implying stress corrosion susceptibility. Fracture
toughness as a function of grain size for spinels is shown in
Fig. 5, and supports the conclusion of Stewart and Bradt16,17
of little practical effect of grain size at fine sizes. However,
for very coarse gain structures a trend emerges along with a
transition to intergranular failure, Fig. 6. This transition was
suspected to result from the collection of submicrometer
pores that were observed at some grain boundaries.18 How-
ever, electron microscopy of fracture surfaces revealed poros-
ity, tabular alumina, and alumina-rich regions in spinels
(TA) and (CT), as discussed in the fractography section. It is
noteworthy that the fracture toughness of coarse-grained spi-
nel approaches that of the (100) plane,19 implying that cleav-
age of coarse grains may also contribute to the low fracture
toughness.
One minor exception to the grain size-fracture toughness
trend is the data reported at a recent conference (Refs.20,21).
Considering the fine grain size (5 lm) one would expect frac-
ture toughness of ~2 MPa√m. However, 1.6–1.8 MPa√m was
measured by using indentation techniques. Indentation
assumes a well-defined median crack. However, both coarse
(Fig. 4) and 25 lm2 spinels produce poor indentation cracks,
making indentation techniques unsuitable for coarser spinels
and possibly inaccurate for fine spinels. Steinbrech et al20 did
show a well-formed indentation, so the difference is unex-
plained. A variety of other brittle materials, such as ZnSe
and fused silica, exhibit poor indentation crack formation
and render indentation techniques inapplicable.
Aluminum oxynitride exhibits the greatest fracture toughness
and the least effect of water vapor. The fracture surface of
AlON and several spinels is shown in Fig. 7, and result
from both the SEPB and VB test methods are compared in
Table II. For engineering purposes, the methods give equivalent
values.
(3) Strength and Slow Crack Growth
The initial strength of very brittle optical materials depends
on the surface damage imparted during machining and han-
dling, and any inherent processing flaws. The strength can
vary further because of subcritical crack growth, which
decreases strength with time under load. The inherent property
Table II. Fracture Toughness with Standard Deviation by the SEPB and VB Techniques
Material
Fracture Toughness MPa√m
KIpb KIvb
Lab Air (45%–65% RH) Dry N2 Lab Air (45%–65% RH) Dry N2
Spinel (TA) 1.32 ± 0.05 1.52 ± 0.07 1.48 ± 0.14 1.58 ± 0.08
Spinel (AL) 1.48 ± 0.11 1.60 ± 0.17
Spinel (CT) 1.66 ± 0.11 1.72 ± 0.25 – –
AlON 2.12 ± 0.04 2.18 ± 0.14
Fused Silica 0.71 ± 0.04 0.74 ± 0.03 0.73 ± 0.04 0.77 ± 0.02
Values following ± are one standard deviation.
Table III. Biaxial Strength Statistics for Silicone Oil
Material Mean Strength, Sf (MPa) Weibull Modulus, m
Spinel (TA) 80 ± 4 (10) 24 ± 8
Spinel (AL) 60 ± 5 (20) 14 ± 3
Spinel (CT) 68 ± 7 (10) 12 ± 4
Spinel (LaRC) 166 –
Spinel (Julich) † 155 ± 25 6 ± 2
AlON 206 ± 9 (10) 23 ± 7
Fused Silica 79 ± 9 (12) 11 ± 3
†Laboratory air, reference [20,21].
Values following ± are one standard deviation; the number of test speci-
mens are given in brackets.
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is fracture toughness. However, as strength is still a popular
and necessary metric, the measured, inert biaxial strengths
and associated statistical parameters are listed in Table III.
The data are representative of an ASTM C1161 400 grit dia-
mond grind as provided by commercial machining houses;
however, the materials were not all ground at the same time
or by the same commercial vendor, and spinel (CT) exhibited
a rougher finish than the other materials. Finer spinels gener-
ally exhibit greater strength than coarse spinels. AlON, which
has the greatest fracture toughness, exhibits the greatest
strength. In most cases, only 10 specimens were tested, mak-
ing Weibull parameter estimates highly variable.
For spinel (TA), strength was determined as a function
of location through the billet thickness. As shown in Fig 8,
the strength and variance are greatest at the surface
regardless of environment and stress rate, making Weibull
scaling difficult. Uniaxial flexure of spinel (TA) specimens
with ground or polished finishes gave the same results as
ground biaxial strength specimens, confirming the inter-
granular nature of failure and implying a weak scale effect,
Table IV.
Table V summarizes slow crack growth parameters
based on
v ¼ AKnI (1)
where v is crack velocity, KI is the applied stress intensity,
and A and n are materials constants. The results imply that
grain refinement improves quasi-static properties of spinel.
Coarse grain spinels exhibit an exponent n similar to glass
whereas fine grain spinel is as resistant as alumina. Fig. 9
compares crack velocities of spinels and AlON to that of
fused silica. The transparent ceramics exhibit substantially
better crack growth properties than fused silica. AlON is not
as resistant to slow crack growth as might be expected from
the fracture toughness results.
Figure 10 shows the effect of stress rate on the fracture
pattern of soda-lime glass and spinel. At all stress rates, spi-
nel exhibits a very rough fracture pattern as compared to
glass, and fine debris separated from the specimens as shown
in Fig. 11. The debris is grains and parts of grains that sepa-
rate from the bulk material upon fast fracture, implying a
weak grain-boundary structure.
The effect of rapid stress rates on strength can be seen in
Fig. 12 for two independently generated data sets. The
curves clearly show plateaus at the highest rates. The corre-
sponding crack growth exponents shift from ~28 to ~23
(fused silica) and ~26 to ~22 (low expansion glass22) when
highest rates are included in the regression fits. The presence
of a plateau in these materials is either a coincidence, or a
finite “incubation” time is required for a sharp crack to
develop and grow significantly. The transparent ceramics
were tested at lower rates to avoid any plateau.
An attempt was also made to grow macro-cracks in spinel
(AL) by cyclic fatigue loading of compact tension specimens.
A crack could be formed only in the central region of the
specimen as shown in Fig. 13, implying heterogeneity
between the billet surface and center in agreement with the
results of Fig. 8. The increasing strength and crack growth
resistance from billet center to surface corresponds to a
change in grain size from 150–275 lm to 250–450 lm. This
may explain the unexpected large strengths observed when
small surface specimens are tested18: small specimens only
sample the very coarse surface region that resists fracture.
It is noteworthy that the skin effect exhibited by the coarse
spinel (TA) is counter to the overall trend of increasing
strength with decreasing grain size. This is believed to be due
Table IV. Mean Uniaxial and Biaxial Strength of Spinel (TA) as a Function of Depth from Billet Surface
10 per condition Uniaxial Strength (MPa) Biaxial Strength (ground) (MPa)
Test surface depth, mm 0 (polished) 3 (ground) 0 1.75 10
Inert 107 ± 12 108 ± 15 100 ± 17 102 ± 11 79.5 ± 3.9
Water (6 MPa/s) 72.9 ± 11 80.3 ± 8.0 78.1 ± 12 71.6 ± 4.4 58.9 ± 5.8
Values following ± are one standard deviation.
Table V. Slow Crack Growth Parameter n with Standard
Deviation and Window Mass Relative to that for Fused Silica
v = A KI
n
Material
Grain Size,
(lm) n (all data) n (medians)
Relative
Mass
Spinel (TA) 280 22 ± 2 21 ± 1 1.14
Spinel (AL) 180 25 ± 2 25 ± 2 1.04
Spinel (CT) 110 32 ± 3 28 ± 3 0.97
Spinel (LaRC)2 25 39 ± 4 35 ± 3 0.74
Spinel (Julich)1,21 5 50 – 0.73
AlON 245 33 ± 5 36 ± 5 0.83
Fused Silica – 23 ± 2 23 ± 2 1
Values following ± are one standard deviation.
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to better stoichiometry near the billet surface; however,
efforts to quantitatively demonstrate this were inconclusive.
(4) Sources of Failure
Fractography of the spinels was complicated by low failure
stress, large mirror size relative to specimen thickness, coarse
grain structure, and loss of material along the crack path,
including that containing the origin. However, two sources
of failure were readily observed in spinel (TA): very large
grains and alumina particles at grain boundaries. Fig. 14
shows a large grain in a uniaxial strength specimen and
Fig. 15 shows alumina particles and alumina rich regions
along grain-boundary fracture paths. The boundary composi-
tion is quite variable with some regions dense in fine, semicir-
cular particles and others sparsely populated with large,
angular particles, Fig. 16.
(5) Residual Stress and Texture
The presence of tabular alumina crystals at the spinel grain
boundaries produces localized residual stresses and explains
3 mm
3 mm
Fig. 11. Localized bifurcation in spinel (CT) leading to pop-out of
large grains and formation of debris. Inset gives detail of debris.
1 mm
Fig. 14. Grain failure in spinel (TA).
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the intergranular fracture. The residual stress at the interface
between a particle and matrix of different properties can be
estimated from the following23
r ¼  ap  am
k
 
Tf  Ti
 
with
k ¼ 1þ mm
2Em
 
þ 1 2mp
Ep
  (2)
where a is the coefficient of thermal expansion, m Poisson’s
ratio, E Young’s modulus, and T the temperature with
subscripts p, m, i, and f corresponding to particle, matrix,
initial, and final. The use of typical bulk properties for spinel
and alumina results in stresses of ~400 MPa, explaining the
low strength, preferential crack path, and the cracked bound-
aries shown in Fig. 17. Spinel (TA) was also examined for
texture by Electron Backscatter Diffraction. No texture was
exhibited.
(6) Weight Reduction
With regard to slow crack growth, a window material’s
screening metric can be developed by using lifetime models
5 μm10 μm
Tabular
alumina
(c)
Alumna rich
grain boundary
Alumna rich
particles
(b)(a)
(d)
5 μm30 μm
Fig. 15. Grain boundaries in spinel (TA): (a) and (b) alumina-rich boundary and particles; (c) and (d) tabular alumina.
(b)(a)
(d)(c)
50 μm 50 μm
50 μm 1 μm
Fig. 16. Grain-boundary regions in spinel (TA): (a) and (b) high density of fine, alumina-rich particles; (c) coarse, angular particles; and (d)
multigrain junction lined with alumina-rich phase.
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for ceramics and glasses. The minimum life of a proof loaded
component is24
tf min ¼ Brn2proofrnapplied (3)
where B and n are the slow crack growth constants and
rproof and rapplied are the proof and applied stresses. The
mass and stress for a flat pressurized circular window are as
follows
m ¼ qpD
2t
4
(4)
and
rmax ¼ 3PD
2
32t2
3þ mð Þ (5)
where q is the density, v Poisson’s ratio, D window diameter,
t thickness, and P applied pressure. The proof stress in terms
of a screened flaw size is given as
rproof ¼
KIc
Y
ffiffiffiffiffiffiffiffiffi
amax
p
 
(6)
where KIc is the fracture toughness, Y is the stress intensity
factor coefficient, and amax is the maximum flaw size after
proof. Writing the window thickness in terms of the mass
and substituting equations (4) through (6) into (3) and solv-
ing for the mass gives a function for the required window
mass in terms of a minimum lifetime, pressure, screened flaws
size, and crack growth parameters:
m ¼ tf min
B
  1
2n KIc
Y
ffiffiffiffiffiffiffiffiffi
amax
p
 2n
2n 3p2Pq2D6
512
3þ mð Þ
 1
2
(7)
or
m ¼ A n 2ð Þtf min
2
  1
2n
að Þ
n2
=4n
3p2Pq2D6Y
512
3þ mð Þ
 1
2
(8)
in terms of the constant A in equation (1). The functions
imply that the crack growth constants (n and B) and fracture
toughness, which should be maximized, can be traded against
density, which should be minimized. Figure 18 shows life as
a function of mass for the materials in Table I, and implies
(a)
(b)
10 μm
50 μm
Fig. 17. Grain boundary in spinel (TA) exhibiting compositional
variation (a) and micro-cracks (b).
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Fig. 18. Window lifetime as a function of mass for spinel of
various grain sizes, ALON, and fused silica (50 lm starting flaw, one
atmosphere).
(b)
(a)
Fig. 19. Hyper-velocity impacts on (a) fused silica and (b) spinel
(TA). Spinel exhibits localized cracking, whereas fused silica exhibits
large, distinct cracks and spall.
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that finer grained spinels and AlON can be used to lighten
window systems from a slow crack growth perspective. More
important is an ability to sustain damage from micrometeor-
oids and orbital debris, which is not easily predicted from
materials property data.
Figure 18 also indicates that grain refinement beyond
25 lm makes little difference in required mass, and that
required mass is a weak function of lifetime for any material.
Table V gives mass relative to that of fused silica for a
0.25 m window subjected to one atmosphere. Although the
coarse-grained spinels (TA and AL) exhibit less mass benefit
than fused silica, they may perform better under high veloc-
ity impact due to grain-boundary cracking and crushing, as
shown in Fig. 19. Detailed study is required to determine the
impacted related benefits.
V. Conclusions
The slow crack growth parameters and fracture toughness of
transparent magnesium aluminate spinel and AlON are bet-
ter than those of fused silica. These transparent ceramics
have potential in spacecraft window systems despite higher
densities. For spinel, a mass–lifetime relation indicates that
grain size refinement below ~150 lm is necessary for
improved mass, but little benefit occurs for refinement below
~25 lm. Substantially more study is required to qualify
transparent armor materials for manned spaceflight systems.
Besides the meeting the metrics listed in the introduction,
fine-grained spinel is difficult to manufacture in the dimen-
sions desired for spacecraft windows.
In coarse-gained spinel, life-time growth can occur along a
few preferential (weak) paths (large crystal planes and grain
boundaries) due to intergranular fracture that is the result of
porosity and residual stresses induced by alumina-rich
regions and alumina platelets. However, as the grain size is
refined, a shift from intergranular to transgranular fracture
occurs and the mechanical properties improve. One spinel
exhibited a strength gradient through the billet thickness due
to variation in grain size. The resultant heterogeneity compli-
cates Weibull scaling.
The use of single indentations to measure slow crack
growth parameters and fracture toughness is less accurate
for spinel due to poor crack formation. The use of multi-
ple flaws reduces average strength and the coefficient of
variation. A well-ground surface provides a multiplicity of
surface cracks, thereby decreasing variability in slow crack
growth measurements. This is opposite the behavior of
glasses.
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